A Comprehensive Strategy to Boost the Quantum Yield of Luminescence of Europium Complexes

Nathalia B. D. Lima, Simone M. C. Gonçalves, Severino A. Júnior & Alfredo M. Simas

Departamento de Química Fundamental, Universidade Federal de Pernambuco, 50.590-470, Recife, Pernambuco, Brazil.

Lanthanide luminescence has many important applications in anion sensing, protein recognition, nanosized phosphorescent devices, optoelectronic devices, immunoassays, etc. Luminescent europium complexes, in particular, act as light conversion molecular devices by absorbing ultraviolet (UV) light and by emitting light in the red visible spectral region. The quantum yield of luminescence is defined as the ratio of the number of photons emitted over the number of UV photons absorbed. The higher the quantum yield of luminescence, the higher the sensitivity of the application. Here we advance a conjecture that allows the design of europium complexes with higher values of quantum yields by simply increasing the diversity of good ligands coordinated to the lanthanide ion. Indeed, for the studied cases, the percent boost obtained on the quantum yield proved to be strong: of up to 81%, accompanied by faster radiative rate constants, since the emission becomes less forbidden.

Our assumption, that we advance in this article from a purely phenomenological perspective, is that it is not only important to simply break the centrosymmetry of the complex, but that it is essential to also take into consideration the extent by which the centrosymmetry is broken. Our guess is that the more asymmetric the complex, the less forbidden are its electronic f-f transitions. That assumption leads to our strategy we call “Escalate Coordination Anisotropy”, ECA, which states that by coordinating the lanthanide ion with different ligands, one gives rise to complexes with luminescence quantum yields proportionately larger, when compared to the corresponding complexes with repeating ligands. Of course, this effect will be more acutely useful if each of the ligands is what we call a good ligand, i.e., a ligand whose corresponding homoleptic complex is already highly luminescent.

In order to better quantify this line of reasoning, we advance in this article the following conjecture, where $\Phi[\text{EuL}_1\text{L}_2 \ldots \text{L}_n]$ is the luminescent quantum yield $\Phi$ of the complex formed by a trivalent europium ion, $\text{Eu(III)}$, coordinated to $n$ ligands, from $\text{L}_1$ to $\text{L}_n$:
That is, according to the conjecture, the luminescence quantum yield of a complex with any two different ligands \( L_i \) and \( L_j \) should be larger than the average of the quantum yields of two complexes: one with two identical \( L_i \) ligands and the other with two identical \( L_j \) ligands. Of course, all ligands other than \( L_i \) and \( L_j \) should be equally present in all three complexes. The equal sign is to guarantee that this inequality is also valid for the special case when \( L_i = L_j \).

In this article, we will experimentally establish as a fact that this conjecture holds true for the special case of europium(III) ions coordinated to three identical \( \beta \)-diketonates and two non-ionic ligands of the general formula: \( \text{Eu(\( \beta \)-diketonate)}_3(L_1L_2) \). Inequality (1) then becomes:

\[
\Phi[\text{Eu(\( \beta \)-diketonate)}_3(L_1L_2)] \geq \{\Phi[\text{Eu(\( \beta \)-diketonate)}_2(L_1)] + \Phi[\text{Eu(\( \beta \)-diketonate)}_2(L_2)]\}/2 \tag{1}
\]

We cannot control what will be the actual coordination positions of ligands \( L_1 \) and \( L_2 \) relative to the \( \beta \)-diketonates - not even if a mixture of coordination isomers will be prepared when we attempt to synthesize \( \Phi[\text{Eu(\( \beta \)-diketonate)}_3(L_1L_2)] \). However, we will now show that this is not important to the experimental proof of the conjecture. Indeed, by defining that these relative coordination positions are indicated by the order in which they appear in the list, note that by exchanging the roles of \( L_1 \) and \( L_2 \) in inequality (2), yields the following inequality:

\[
\Phi[\text{Eu(\( \beta \)-diketonate)}_2(L_2L_1)] \geq \{\Phi[\text{Eu(\( \beta \)-diketonate)}_2(L_1)] \}
\]

By examining inequalities (2) and (3), it is possible to see that both elements in the right-hand side are identical. Therefore, we obtain, as a special case, the following, apparently more general, inequality:

\[
\text{Min}\{\Phi[\text{Eu(\( \beta \)-diketonate)}_2(L_1)], \Phi[\text{Eu(\( \beta \)-diketonate)}_2(L_2)]\] \geq \{\Phi[\text{Eu(\( \beta \)-diketonate)}_2(L_1)] \}
\]

where \( \text{Min}\{\} \) stands for the minimum value of a set \( \{\} \), and which therefore states that the quantum yield of the isomer with the smallest of the quantum yields will be still larger than the average of the quantum yields of both complexes with duplicate non-ionic same ligands. Consequently, the actual relative coordinating positions of the non-ionic ligands with respect to the \( \beta \)-diketonates in \( \Phi[\text{Eu(\( \beta \)-diketonate)}_2(L_1L_2)] \), or even if a mixture of coordination isomers are present, are irrelevant with regards to the experimental proof of inequality (2).

### Results

To phenomenologically confirm the special case of the conjecture, as indicated by Eq. 2, we used two types of \( \beta \)-diketonates prepared from the \( \beta \)-diketones TTA, 1-(2-thenoyl)-3,3,3-trifluoroacetone (Alfa Aesar, 99%), and BTFA, 4,4,4-trifluoro-1-phenyl-1,3-butanediol (Alfa Aesar, 99%), as well as three different types of non-ionic ligands: DBSO, dibenzyl sulfoxide (Aldrich, 99%), TPPO, triphenylphosphine oxide (Aldrich, 99%), and PTSO, p-tolyl sulfoxide (Aldrich, 99%). The structures of these ligands are shown in Fig. 1.

Accordingly, we prepared all six novel complexes of the type \( \text{Eu(TTA)}_3(\text{DBSO,TPPO}), \text{Eu(TTA)}_3(\text{PTSO,TPPO}), \) \( \text{Eu(BTFA)}_3(\text{DBSO,TPPO}), \text{Eu(BTFA)}_3(\text{PTSO,TPPO}), \) and \( \text{Eu(BTFA)}_3(\text{DBSO,PTSO}), \) as well as all corresponding six known complexes with duplicate non-ionic ligands: \( \text{Eu(TTA)}_3(\text{DBSO})_2^{14}, \text{Eu(TTA)}_3(\text{TPPO})_2^{15}, \text{Eu(TTA)}_3(\text{PTSO})_2^{16}, \text{Eu(BTFA)}_3(\text{DBSO})_2^{17}, \text{Eu(BTFA)}_3(\text{TPPO})_2^{18}, \) and \( \text{Eu(BTFA)}_3(\text{PTSO})_2^{19}. \) Consequently, we now have all combinations needed to verify the special case of the conjecture, as expressed by inequality (2). In order to have complexes with low luminescent quantum yields, for comparison, we also prepared the known complexes \( \text{Eu(TTA)}_3(\text{H}_2\text{O})_2^{14}, \) and \( \text{Eu(BTFA)}_3(\text{H}_2\text{O})_2^{19}. \)

**Luminescence.** Figure 2 shows a typical emission spectrum for the synthesized compounds. As usual, they are all very similar, where the hypersensitive transition \( ^{5}D_0 \rightarrow ^{7}F_2 \) dominates the emission. Table 1 shows all measured luminescence quantum yields \( \Phi \) for all known complexes synthesized. Note that the quantum yields of the complexes measured from pure solids are always greater than or equal to their corresponding quantum yields in chloroform solution - the larger the quantum yield, the larger being this difference.

Taking the structures of these complexes into consideration, and by using a combinatorial reasoning in order to corroborate inequality (2), we then pictured six more complexes with different non-ionic ligands, which were then synthesized. If there were no synergistic effects due to the fact that two different ligands are coordinated to the europium ion when compared to complexes with duplicate ligands, one could reasonably assume that a good estimate for the luminescent quantum yield of complex \( \Phi[\text{Eu(\( \beta \)-diketonate)}_3(L_1L_2)] \) would be just \( \Phi_{\text{avg}} \) defined as the average of the luminescence quantum yields of the corresponding complexes with duplicate non-ionic ligands, as:

\[
\Phi_{\text{avg}}[\text{Eu(\( \beta \)-diketonate)}_3(L_1L_2)] =
\{\Phi[\text{Eu(\( \beta \)-diketonate)}_2(L_1)] \}
\]

But, according to our conjecture, inequality (1), \( \Phi_{\text{avg}} \) is actually a lower bound for \( \Phi \). By using this notation, inequality (2) then becomes:

\[
\Phi[\text{Eu(\( \beta \)-diketonate)}_2(L_1L_2)] \geq \{\Phi[\text{Eu(\( \beta \)-diketonate)}_2(L_1)] \}
\]

Table 2 presents the values of \( \Phi_{\text{avg}} \) as well as of \( \Phi \), the actual measured luminescence quantum yields for all novel complexes synthesized. From Table 2, one can easily verify that the conjecture, as expressed by Eqs. (2) and (5), holds true for all cases, since \( \Phi \) is always greater than \( \Phi_{\text{avg}} \). The percent boost in the quantum yield, defined as the percent change between \( \Phi \) and \( \Phi_{\text{avg}} \), related to the isomer with the smallest quantum yield, is actually a lower bound for \( \Phi \).

Furthermore, the non-radiative decay rate can be calculated from the equation:

\[
\frac{1}{\tau_{\text{rad}}} = \frac{1}{\tau_{\text{obs}}} = \frac{1}{\tau_{\text{rad}}} = \frac{1}{\tau_{\text{obs}}} \times \left( 1 - \frac{I_{\text{tot}}}{I_{\text{MD}}} \right) \tag{7}
\]

where \( \tau_{\text{rad}} \) is the spontaneous emission probability for the \( ^{5}D_0 \rightarrow ^{7}F_2 \) transition for all complexes, upon an UV excitation wavelength of 360 nm at room temperature. These photophysical results are presented in Table 3.

Of course, the mean lifetimes, \( \tau \), are the inverse of the decay rates \( \tau_{\text{rad}} \) and the radiative decay rate, \( \tau_{\text{rad}} \), can be computed from the usual formula:

\[
\tau_{\text{rad}} = \frac{1}{\tau_{\text{rad}}} = \frac{1}{\tau_{\text{rad}}} \times \left( \frac{I_{\text{tot}}}{I_{\text{MD}}} \right) \tag{7}
\]
Table 4 presents the emission efficiencies \( g \) for the already known complexes, easily obtained from the data in Table 3, all below the corresponding values for the quantum yields, Tab. 1, for the same complexes.

That our conjecture seemingly also holds true for the emission efficiencies \( g \), Eq. 7, can be seen in Table 5, where we show the corresponding percent boosts in the emission efficiencies, which are all positive and now range from 26% to 77%.

**Discussion**

As an example, Fig. 3 exhibits a graphical representation of inequality (2) for complex Eu(TTA)\(_3\)(PTSO,TPPO). The left and right bars represent the quantum yields of the duplicate non-ionic ligand complexes Eu(TTA)\(_3\)(PTSO)\(_2\) and Eu(TTA)\(_3\)(TPPO)\(_2\). The center bar, representing \( \Phi \), is divided into two sections, with the violet one representing \( \Phi_{\text{avg}} \) which for this case is equal to 21% = (21% + 21%)/2. The red part is the boost in \( \Phi \) achieved by breaking the coordination isotropy of the non-ionic ligands.

Indeed, the effect of breaking the centrosymmetry even further, by coordinating the trivalent europium ion with different non-ionic ligands, boosts the value of \( \Phi \) from \( \Phi_{\text{avg}} \) by 67% for Eu(TTA)\(_3\) (DBSO,TPPO). If we examine the data in Table 2, we can clearly see that these boosts range from 33% up to 81% for Eu(TTA)\(_3\) (PTSO,TPPO). In average, they are 59%. Figure 4 displays this effect in graphical form, once again with the red parts representing the boosts achieved for the complexes with different non-ionic ligands.

The energy transfer to the europium center is likely to be similar in cases where the same \( \beta \)-diketonate is used and thus changes to the energy transfer efficiency are not likely to be the source of the enhancement. That is why we measured the lifetimes and decay rates of the emission at 612 nm which corresponds to the peak of the \( ^3\text{D}_0 \rightarrow ^7\text{F}_2 \) transition for all complexes. If the transitions \( ^3\text{D}_0 \rightarrow ^7\text{F}_j \) are indeed less forbidden, one would expect that a faster radiative lifetime would ensue, as indeed is the case, as reflected in our measured data in Table 3. The reader may recall that Eq. 8 for \( \tau_{\text{obs}} \) is similar to the equation for the reduced mass of a two-body problem in physics. Accordingly, when one of the lifetimes is much larger than the other, the observed one will be dominated by the smallest. Such is the case of the complexes with two water molecules as non-ionic ligands: their average \( \tau_{\text{obs}} \) is 0.158 ms, a value similar to their average \( \tau_{\text{rad}} \) of 0.179 ms (see Tab. 3). That happens because their average radiative lifetime \( \tau_{\text{rad}} \) possesses a much larger value of 1.392 ms. This indicates that the observed lifetime is being mostly influenced by the non-radiative decay, implying that water molecules, as is well known, are not efficient ligands.

When both of the water molecules are replaced by two identical and more efficient non-ionic ligands, the average non-radiative lifetimes for the six known complexes increases to 0.497 ms, while the average radiative lifetimes decreases to 1.185 ms (see Tab. 3). Of course, their observed lifetimes then increase to an average of 0.348 ms indicating less dominance of the non-radiative decay, and the presence of more efficient non-ionic ligands.
Further enhancement can be done by reducing the radiative lifetime and increasing the non-radiative one to the point that they become identical, for example, to the same value \( \tau \). In this case, the observed lifetime, \( \tau_{\text{obs}} \), would be equal to half of either of them. Indeed, from Eq. (8), \( \tau_{\text{obs}} = \frac{\tau t (\tau + t)}{2} \). This is approximately what we achieved with our six novel mixed-ligand complexes, when the radiative lifetimes were substantially reduced to an average of 0.961 ms; and, simultaneously, the average non-radiative lifetimes were also substantially increased to the average value of 0.713 ms. Since both lifetimes are somewhat similar in magnitude to each other, the observed average lifetime is now 0.407 ms, around one half of both average radiative and non-radiative lifetimes.

These results do reinforce our hypothesis that the transitions \( ^5D_0 \rightarrow ^7F_j \) are indeed less forbidden in the novel mixed-ligand complexes because the boost in the quantum yield due to the increased diversity of good ligands coordinated to the europium ion is accompanied by faster radiative rate constants.

The quantum yield that we measured is the ratio of the number of emitted photons by the number of absorbed photons and results from a number of steps, including energy losses by non-radiative channels in both the ligand and the lanthanide ion. The last step of this light conversion process is the emission of visible light by the europium ion in the complex.

Since the emission efficiencies \( \eta \) are upper bounds of the quantum yields, \( \Phi \), and both, of course, cannot be larger than unity (or 100%), it is not unreasonable to assume that our conjecture, Eq. 1, is, by extension, also valid for the emission efficiencies according to Eq. 9, below.

\[
\eta_{[Eu_{1}L_{2}...L_{n}...L_{0}]} \geq \eta_{[Eu_{1}L_{2}...L_{n}...L_{0}]} + \eta_{[Eu_{1}L_{2}...L_{n}...L_{0}]} / 2 \quad \forall i,j \in [1,n]
\]

By comparing the %Boosts in Tables 2 and 5, one can verify that %Boost[\( \Phi \)] is always larger than %Boost[\( \eta \)], for each and every one of the six mixed ligand complexes synthesized. One may wonder if this fact comes as a byproduct of our conjecture. In order to check that, we describe, in the supplementary information, a simulation we carried out to determine the likelihood that %Boost[\( \Phi \)] \( \geq \%\text{Boost}[\eta] \) based solely on the following facts: (i) that both \( \Phi \) and \( \eta \) can only assume values between zero and unity (or between 0% and 100%); (ii) that \( \eta \geq \Phi \); and (iii) that the conjecture defined in Eqs. 1 and 9 are valid. The obtained result does indicate that %Boost[\( \Phi \)] will be, in average, larger than %Boost[\( \eta \)] for 5 out of 7 complexes. Consequently, for the majority of cases, one can preliminarily determine the boost in \( \eta \), which is much easier to measure, with the understanding that the corresponding boost in the much more useful quantum yield will be likely larger, thus expanding the applicability and usefulness of our conjecture.

As stated earlier, this article advances the “Escalating Coordination Anisotropy” strategy from a purely phenomenological viewpoint. A better clarification of all of the mechanisms involved to arrive to a more accurate theoretical understanding of the phenomenon is beyond the scope of this article. Future work by our group will involve, for example, measurements of the triplet levels.

| Table 1 | Luminescence quantum yields \( \Phi \) for all known complexes synthesized, measured by other authors from pure solids, and in \( 1 \times 10^{-4} \) M chloroform solutions, as measured in the present article. The excitation wavelength was 360 nm and measurements were carried out at room temperature (\( \sim 300 \) K), with a slit width of 1.0 nm for the excitation, and 1.0 nm for the emission. |
| Complex | \( \Phi(\%) \) Pure solid | \( \Phi(\%) \) CHCl\(_3\) sol. |
| --- | --- | --- |
| Eu[TTA]\(_3\)(DBSO)\(_2\) | 85\(^{14}\) | 27 |
| Eu[TTA]\(_3\)(TPPO)\(_2\) | 73\(^{15}\) | 21 |
| Eu[TTA]\(_3\)(PTSO)\(_2\) | 57\(^{16}\) | 21 |
| Eu[BF][\(_3\)DBSO]\(_2\) | - | 19 |
| Eu[BF][\(_3\)TPPO]\(_2\) | - | 21 |
| Eu[BF][\(_3\)PTSO]\(_2\) | - | 20 |
| Eu[TTA]\(_3\)(H\(_2\)O)\(_2\) | 23\(^{14}\) | 9 |
| Eu[BF][\(_3\)H\(_2\)O]\(_2\) | 22\(^{10}\) | 8 |

| Table 2 | Average luminescence quantum yields \( \Phi_{\text{avg}} \), actual measured quantum yields \( \Phi \) for all novel complexes synthesized, in \( 1 \times 10^{-4} \) M chloroform solution s, and the percent boost in the quantum yield, defined as the percent change between \( \Phi \) and \( \Phi_{\text{avg}} \) related to \( \Phi_{\text{avg}} \). The excitation wavelength was 360 nm and measurements were carried out at room temperature (\( \sim 300 \) K), with a slit width of 1.0 nm for the excitation, and 1.0 nm for the emission. |
| Complex | \( \Phi_{\text{avg}} \) (%) | \( \Phi \) (%) | %Boost [\( \Phi \)] |
| --- | --- | --- | --- |
| Eu[TTA]\(_3\)(DBSO,TPPO) | 24 | 40 | 67 |
| Eu[TTA]\(_3\)(PTSO,TPPO) | 21 | 38 | 81 |
| Eu[TTA]\(_3\)(DBSO,PTSO) | 24 | 37 | 54 |
| Eu[BF]\(_3\)(DBSO,TPPO) | 20 | 33 | 65 |
| Eu[BF]\(_3\)(PTSO,TPPO) | 21 | 31 | 51 |
| Eu[BF]\(_3\)(DBSO,PTSO) | 20 | 26 | 33 |
of the sensitzers, using Gd complex analogues, to assess the impact of making the complexes more asymmetric on the modulation of the energy transfer between the ligand triplet state and the excited Eu, making the complexes more asymmetric on the modulation of the sensitizers, using Gd complex analogues, to assess the impact of the modulation of the sensitizers, using Gd complex analogues, to assess the impact of the sensitizers, using Gd complex analogues.

Finally, it is important to mention that a high luminescence quantum yield is not directly related to the brightness of a complex, or to its perceived brightness. The brightness is actually proportional to the probability of absorption of UV photons by the complex, multiplied by its luminescence quantum yield:

$$\text{Brightness} \propto \frac{\# \text{emitted photons}}{\# \text{absorbed photons}} = \Phi/100\%.$$  

where ($\# \text{emitted photons}/\# \text{absorbed photons}$) = $\Phi/100\%$. Thus, a complex may be very bright due to a high probability of absorption of UV photons, while possessing a modest quantum yield. But, of course, even in this case, augmenting the luminescence quantum yield by using our ECA strategy should make a bright complex brighter.

If the complexes synthesized in this article are representative of several of the situations that may arise when studying the luminescence of europium complexes, then our ECA strategy of increasingly breaking the coordination isotropy of the complexes, in steps, from the homeoletic coordination to a fully heteroletic one, is both simple and comprehensive. Of course, we expect that, as we increase further and further the coordination anisotropy of the complexes, for example, by going from 3 identical β-diketonates and two different non-ionic ligands to an all different ligand and fully heteroletic complex, the boost in the luminescent quantum yield will still happen, but will become increasingly smaller, mainly due to the fact that a quantum yield cannot go above 100%.

Although we could not find any assertion in the literature that luminescent quantum yields in solution will be always smaller than in solids, or in matrices such as PMMA, that apparently seems to be the case as indicated from the data in Table 1 and also from other studies. We can rationalize this reduction in terms of the higher non-radiative dissipating ability of liquid phases when compared to solid phases and matrices. That is because of the vibrational energy transfer from the Eu(III) excited state to nearby energy matched oscillators; whereas in the solid state this is less effective as local motion is constrained. Actually, in many cases the presence of low amounts of water in the solvent may become an issue as the OH oscillator, like the amine or amide NH oscillator, is a good quencher of the Eu(III) diketonate europium complexes, achieved by breaking through their

### Table 3 | Observed lifetimes $\tau_{\text{obs}}$ and decay rates $A_{\text{obs}}$, radiative lifetimes $\tau_{\text{rad}}$ and decay rates $A_{\text{rad}}$, non-radiative lifetimes $\tau_{\text{nrad}}$ and decay rates $A_{\text{nrad}}$; the ratio of the total integrated intensity of the corrected complex emission spectrum to the integrated intensity of the magnetic dipole $5D_0 \rightarrow 7F_1$ transition

| Complex | $\tau_{\text{obs}}$ (ms) | $A_{\text{obs}}$ (s$^{-1}$) | $\tau_{\text{rad}}$ (ms) | $A_{\text{rad}}$ (s$^{-1}$) | $\tau_{\text{nrad}}$ (ms) | $A_{\text{nrad}}$ (s$^{-1}$) | $\frac{I_{\text{Tot}}}{I_{\text{MID}}}$ |
|---------|----------------|----------------|----------------|----------------|----------------|----------------|----------------|
| Eu(TTA)$_3$(DBSO,TPPO) | 0.436 | 2294 | 0.909 | 1100 | 0.838 | 1194 | 24.63 |
| Eu(TTA)$_3$(PTSO,TPPO) | 0.436 | 2294 | 0.933 | 1072 | 0.818 | 1222 | 24.01 |
| Eu(TTA)$_3$(DBSO,PTSO) | 0.391 | 2558 | 0.963 | 1038 | 0.658 | 1520 | 23.24 |
| Eu(BTFA)$_3$(DBSO,TPPO) | 0.398 | 2513 | 1.017 | 983 | 0.654 | 1530 | 22.01 |
| Eu(BTFA)$_3$(PTSO,TPPO) | 0.399 | 2506 | 0.952 | 1050 | 0.687 | 1456 | 23.50 |
| Eu(BTFA)$_3$(DBSO,PTSO) | 0.382 | 2618 | 0.989 | 1011 | 0.622 | 1607 | 22.63 |
| Averages | 0.407 | 2464 | 0.961 | 1042 | 0.713 | 1422 | 23.34 |

### Table 4 | Luminescence emission efficiencies $\eta$ for all known complexes synthesized, measured by other authors from pure solids, and in 1 $\times$ 10$^{-4}$ M chloroform solutions, as measured in the present article at room temperature (300 K)

| Complex | $\eta$ (%) | Pure solid | Pure solid | Pure solid |
|---------|-----------|------------|------------|------------|
| Eu(TTA)$_3$(DBSO)$_2$ | 70$^{14}$ | 32 | 32 | 32 |
| Eu(TTA)$_3$(PTSO)$_2$ | 72$^{15}$ | 28 | 28 | 28 |
| Eu(TTA)$_3$(PTSO)$_2$ | 66$^{16}$ | 25 | 25 | 25 |
| Eu[BTFA]$_3$(DBSO)$_2$ | - | 28 | 28 | 28 |
| Eu[BTFA]$_3$(PTSO)$_2$ | - | 34 | 34 | 34 |
| Eu[TFA]$_3$(H$_2$O)$_2$ | 29$^{14}$ | 13 | 13 | 13 |
| Eu[BTFA]$_3$(H$_2$O)$_2$ | 13$^{15}$ | 9 | 9 | 9 |

### Table 5 | Average luminescence emission efficiencies $\eta_{\text{avg}}$, defined as in Eq. 5; actual measured emission efficiencies $\eta$ for all novel complexes synthesized in 1 $\times$ 10$^{-4}$ M chloroform solutions at room temperature (300 K), and the percent boost in the emission efficiency, defined as the percent change between $\eta$ and $\eta_{\text{avg}}$ related to $\eta_{\text{avg}}$

| Complex | $\eta_{\text{avg}}$ (%) | $\eta$ (%) | %Boost (%) |
|---------|----------------|-----------|-----------|
| Eu(TTA)$_3$(DBSO,TPPO) | 30 | 48 | 60 |
| Eu(TTA)$_3$(PTSO,TPPO) | 27 | 47 | 77 |
| Eu[TFA]$_3$(DBSO,PTSO) | 29 | 41 | 44 |
| Eu[BTFA]$_3$(DBSO,TPPO) | 31 | 39 | 26 |
| Eu[BTFA]$_3$(PTSO,TPPO) | 33 | 42 | 29 |
| Eu[BTFA]$_3$(DBSO,PTSO) | 30 | 39 | 32 |
non-ionic homolecopic coordination, seems to be indeed a significant effect.

Methods
Preparation of Eu(β-diketonate)3(L1L2). The already known precursor complexes Eu(β-diketonate)3(H2O)3 and Eu(β-diketonate)3(L1L2) were prepared according to several procedures, improved for this article, as described in the supporting information. Complexes of the type Eu(β-diketonate)3(L1L2) were prepared according to the following procedure also developed for this article: always stirring, make a solution of 0.175 mmol of Eu(β-diketonate)3(H2O)3 in 20 mL of pure ethanol. Very slowly, and always stirring, add 30 mL of an ethanolic solution of two equivalents, 0.350 mmol, of the non-ionic ligand L2; then, leave the system being stirred under reflux condensation for eight hours. Extremely slowly, and always stirring, add 15 mL of an ethanolic solution of one equivalent, 0.175 mmol, of the non-ionic ligand L1; then, leave the system being stirred under reflux condensation for another eight hours. Subsequently, allow the solvent to slowly evaporate at room temperature, until its complete evaporation. This evaporation may take a week or more. A pale yellow solid of Eu(β-diketonate)3(L1L2) is obtained. Wash the solid three times, each time with 5 mL of hexane, to remove any excess amount of ligands, mainly L1, and dry under vacuum for 24 h. Finally, recrystallize the complex with an hexane/aceton solution (10:1). Note that L2 must be able to displace L1 in the complex. We observed empirically that TPPO is capable of displacing both PTSO, and DBSO. In turn, PTSO is capable of displacing DBSO.

Characterizations. All prepared europium complexes synthesized, both novel and known, have been characterized by elemental analysis (Perkin-Elmer CHN 2400, and, for sulfur, an IC-AES Spectro Ciros CCD), infrared spectroscopy (samples of the complexes were prepared as KBr disks and the spectra were measured in a Bruker IR300 spectrophotometer, 4000 cm\(^{-1}\)–400 cm\(^{-1}\)) and by \(^1\)H NMR, \(^{19}\)F NMR, and \(^{31}\)P NMR (all NMR spectra of all complexes were obtained in CDCl\(_3\) solutions via a Varian Unity Plus 300 MHz, tuning the probe to each of the nuclei studied). The novel complexes were further characterized, Table 6, by MALDI-TOF mass spectroscopy taken on an Autoflex 3 Smart Beam Vertical spectrometer by Brucker Daltonics, with \(\alpha\)-cyano-4-hydroxycinnamic acid as the matrix. The Supplementary Information presents all details of the experimental characterizations, data, spectra and all relevant spectral attributions for all complexes synthesized in this article.

We now proceed to describe the most relevant aspects of the characterizations.

IR spectroscopy. We observed that, in general, all values of the signals in the IR spectra, corresponding to the coordinating groups of the ligands (C=O, S=O and P=O), had their stretchings shifted to lower values upon coordination.

For Eu(BTFA)3(DBSO,TPPO), the CH\(_3\) stretchings occur at 2974 cm\(^{-1}\) and 2931 cm\(^{-1}\).

\(^1\)H NMR spectroscopy. By analyzing the \(^1\)H NMR spectra (CDCl\(_3\), 300 MHz), all the signals appear broadened, indicating that the europium complex was formed. The signals associated to the vinyllic hydrogen of the β-diketonates range from 8.90 ppm to \(\delta\) 15.81 ppm. The presence of the methylene group (CH\(_2\)) in DBSO in complex Eu(BTFA)3(DBSO,TPPO), appears as two broadened signals from \(\delta\) 6.10 ppm to \(\delta\) 5.81 ppm. The same reasoning applies when TTA is used instead of BTFA, in which case these values in the complex appear as two broadened signals at \(\delta\) 5.53 ppm and \(\delta\) 5.28 ppm. Considering complexes of the type Eu(β-diketonate)3(PTSO,TPPO), the methyl group (CH\(_3\)) chemical shifts, present at the PTSO sulfoxide group, can be detected either for complexes with BTFA or TTA, at \(\delta\) 2.50 ppm and \(\delta\) 2.47 ppm, respectively. For comparison, the corresponding signals for the uncoordinated PTSO occur at \(\delta\) 2.35 ppm. Additionally, when the complexes contain two coordinated sulfoxides: PTSO and DBSO, than their \(^1\)H NMR spectra show signals associated to both the CH\(_3\) group in PTSO, and the CH\(_3\) group in DBSO; ascertaining that these groups are part of the complex structure. For Eu(BTFA)3(DBSO,PTSO), the CH\(_3\) signal appears at \(\delta\) 2.49 ppm, whereas the signals of the CH\(_2\) hydrogen appear at \(\delta\) 6.10 ppm and \(\delta\) 5.81 ppm. The corresponding values for Eu(TTA)3(DBSO,PTSO) are \(\delta\) 2.51 ppm, and from \(\delta\) 6.03 ppm to \(\delta\) 5.75 ppm, respectively. Indeed, \(^1\)H NMR spectra do seem to be useful in characterizing the coordination of ligands to lanthanide ions.

Table 6 | Mass spectroscopy (MALDI-TOF) and elemental analysis data for the novel mixed non-ionic ligand complexes. Empirical values, in parenthesis, are presented besides the experimental results.

| Complex | \([M+H]^+\) \([m/z]\) | %C | %H | %S |
|----------------|-----------------|---|---|---|
| Eu(TTA)3(DBSO,TPPO) | EuC\(_{56}\)H\(_{41}\)F\(_9\)O\(_8\)PS\(_4\) | 1324.9 (1325.1) | 50.80 (50.76) | 3.29 (3.10) | 9.52 (9.67) |
| Eu(TTA)3(PTSO,TPPO) | EuC\(_{56}\)H\(_{41}\)F\(_9\)O\(_8\)PS\(_4\) | 1325.2 (1325.1) | 50.79 (50.76) | 3.16 (3.10) | 9.61 (9.67) |
| Eu(TTA)3(DBSO,PTSO) | EuC\(_{56}\)H\(_{41}\)F\(_9\)O\(_8\)PS | 1277.1 (1277.0) | 48.78 (48.90) | 3.14 (3.13) | 12.42 (12.54) |
| Eu(BTFA)3(DBSO,TPPO) | EuC\(_{56}\)H\(_{41}\)F\(_9\)O\(_8\)PS | 1307.0 (1307.2) | 57.20 (56.96) | 3.89 (3.60) | 2.22 (2.45) |
| Eu(BTFA)3(PTSO,TPPO) | EuC\(_{56}\)H\(_{41}\)F\(_9\)O\(_8\)PS | 1307.1 (1307.2) | 56.97 (56.96) | 3.65 (3.60) | 2.37 (2.45) |
| Eu(BTFA)3(DBSO,PTSO) | EuC\(_{56}\)H\(_{41}\)F\(_9\)O\(_8\)PS | 1259.2 (1259.2) | 55.41 (55.33) | 3.81 (3.66) | 4.92 (5.09) |
31P NMR spectroscopy. By analyzing the 31P NMR spectra of the complexes that contain the ligand TPPO in the proportions of 1:1 or 1:2 (Eu:TPPO), we observed for both cases only one very broad signal that can be associated to the phosphorus nuclei. For the novel complexes with TPPO in the proportion 1:1 (Eu:TPPO), the chemical shifts range from δ = −74 ppm to δ = −77 ppm.

On the other hand, for the known complexes with TPPO in the proportion of 1:2 (Eu:TPPO), the chemical shift appeared at δ = −53 ppm. However, for the uncoordinated TPPO, this value is δ = +30 ppm. Consequently, these results show that the phosphorus nuclei are greatly affected by coordination.

Figure 5 illustrates the markedly different signals of the phosphorus nuclei of TPPO in the three situations: (I) as a reagent; (II) as ligand in the novel complexes; and (III) as ligands in the known complexes. Note that the width of the signal for the 1:2 complex is about 5 times larger than the previous case, 1:1, and more than 30 times the width for the pure reagent. Broadening is seemingly a strong evidence of coordination, particularly in the case of 31P NMR spectra.

Luminescence measurements. The luminescence spectra and quantum yield measurements were obtained with a Fluorolog-3 Horiba Jobin Yvon equipped with a Hamamatsu R928 photomultiplier and a SPEX 1934 D phosphorimeter. The absolute quantum yields were measured at room temperature, from 1 × 10⁻⁴ M chloroform solutions at an excitation wavelength of 360 nm, with a slit width of 1.0 nm for the excitation, and 1.0 nm for the emission, with a Horiba Quanta-phosphorimeter. The absolute quantum yield Φ can be calculated via the formula:

\[ \Phi = \frac{E_{\text{solution}} - E_{\text{solvent}}}{E_{\text{solution}} - E_{\text{solvent}} + E_{\text{solid}}} \]  

where \( E_{\text{solution}} \) and \( E_{\text{solvent}} \) are the areas under the emission spectra of the solution and of the pure solvent, respectively. Likewise, \( E_{\text{solvent}} \) and \( E_{\text{solution}} \) are the areas under the reflectance spectra of the solvent, and of the solution, respectively. All areas were calculated by taking into account the sphere correction factors. The procedures for calculating all these quantities are explained thoroughly in the supporting information. Data for all terms in Eq. (3) were obtained from the integrating sphere.

In order to determine the precision of our experiments, we measured the quantum yields for five different samples of each of the two chosen complexes: the ones with the highest and with the lowest measured quantum yields, respectively, Eu(TTA)₃(DBSO,TPPO) and Eu(BTFA)₃(H₂O)₂. For Eu(TTA)₃(DBSO,TPPO), the measured values of the quantum yield for the five samples were: 40.4%; 40.8%; 39.5%; 40.4%; and 40.2%, for a mean of 40.3%, and a standard deviation of 0.5%. The 95% confidence interval for the mean is therefore (40.3 ± 0.6%). For Eu(BTFA)₃(H₂O)₂, the measured values of quantum yield for the five samples were 8.7%; 8.6%; 8.9%; 8.7%; and 8.8%, for a mean standard deviation of 0.1%. The 95% confidence interval for the mean is therefore (8.7 ± 0.2%).

And since these errors are of the order of 1% of the measurement, they are much smaller than the boosting effect we describe, which is of the order of 60% of the quantum yield, thus ensuring that the effect discovered is veritably real. These measurements are absolute ones and usually more precise than relative measurements by comparison with a fluorescence standard.

1. De Si, G. et al. Spectroscopic properties and design of highly luminescent lanthanide coordination complexes. Coordination Chemistry Reviews 196, 165–195 (2000).
2. Shinoda, S. & Tsukube, H. Luminescent lanthanide complexes as analytical tools in anion sensing, pH indication and protein recognition. The Analyst 136, 431–5 (2011).
3. Wang, G., Peng, Q. & Li, Y. Lanthanide-doped nanocrystals: synthesis, optical-magnetic properties, and applications. Accounts of chemical research 44, 322–32 (2011).
4. Hagan, A. K. & Zuchner, T. Lanthanide-based time-resolved luminescence immunoassays. Analytical and bioanalytical chemistry 400, 2847–64 (2011).
5. Pandey, S. et al. Ionic liquids containing fluorinated β-diketone anions: synthesis, characterization and potential applications. New Journal of Chemistry 37, 909 (2013).
6. Weissman, S. I. Intramolecular Energy Transfer The Fluorescence of Complexes of Europium. The Journal of Physical Chemistry 10, 214 (1942).
7. Beeby, A. et al. Non-radiative deactivation of the excited states of europium, terbium and ytterbium complexes by proximate energy-matched OH, NH and CH oscillators: an improved luminescence method for establishing solution hydration states. Journal of the Chemical Society, Perkin Transactions 2, 493–504 (1999).
8. Tropiano, M. et al. Reversible luminescence switching of a redox-active ferrocene-europium dyad. Journal of the American Chemical Society 133, 11847–9 (2011).
9. Binnemans, K. Lanthanide-based luminescent hybrid materials. Chemical reviews 109, 4283–374 (2009).
10. Eduardo, J., Nassar, Katia, J. & Ciuffi, P. S. C. Europium III: Different Emission Spectra in Different Matrices, the Same Element. (Nova Science Publishers: Hauppauge, NY, 2010).
11. Moudam, O. et al. Europium complexes with high total photoluminescence quantum yields in solution and in PMMA. Chemical communications (Cambridge, England) 6649–51 (2009).
12. Raj, D. B. A. et al. Highly luminescent poly(methyl methacrylate)-incorporated europium complex supported by a carbazole-based fluorinated β-diketonate ligand and a 4,5-bis(diphenylphosphino)-9,9-dimethylxanthene oxide co-ligand. Inorganic chemistry 49, 9055–63 (2010).
13. Laporte, O. & Meggers, W. F. Some rules of spectral structure. Journal of the Optical Society of America 11, 459 (1925).
14. Malta, O. L. et al. Experimental and theoretical emission quantum yield in the compound Eu(thenoyltrifluoroacetone)3.2(dibenzyl sulfoxide). Chemical Physics Letters 282, 233–238 (1998).
15. Teotonio, E. E. S. et al. Evaluation of intramolecular energy transfer process in the lanthanide(III) bis- and tris-(TTA) complexes: Photoluminescent and triboluminescent behavior. Journal of Luminescence 128, 190–198 (2008).
16. e Silva, F. R. G. et al. Emission quantum yield of europium (III) mixed complexes with thenoyltrifluoroacetone and some aromatic ligands. Journal of Alloys and Compounds 303–304, 364–370 (2000).
17. Caiut, J. M. A. et al. Luminescent multifunctional biocellulose membranes. Proc. of SPIE Vol. 8104, 81040Z (2011).
18. Bortievich, N. A., Kazakov, S. M., Kukhto, A. V., Murtazaliev, D. V. & Pavich, T. A. O. V. K. No Title. Journal of Applied Spectroscopy 69, 487–491 (2002).
19. De Mello Donegá, C., Alves, S., Malta, O. L. & Sá, G. F. de Luminescence, Non-Radiative Processes and Quantum Yields in Lanthanide Complexes. Materials Science Forum 315–317, 204–210 (1999).
20. Werts, M. H. V., Jukes, R. T. F. & Verhoeven, J. W. The emission spectrum and the radiative lifetime of Eu3+ in luminescent lanthanide complexes. Physical Chemistry Chemical Physics 4, 1542–1548 (2002).
21. Private communication with Prof. Oscar L. Malta, Federal University of Pernambuco, Brazil, 2013.
22. Beeby, A. et al. Non-radiative deactivation of the excited states of europium, terbium and ytterbium complexes by proximate energy-matched OH, NH and CH oscillators: an improved luminescence method for establishing solution hydration states. Journal of the Chemical Society, Perkin Transactions 2, 493–504 (1999).

Acknowledgements
The authors thank Prof. Dolores Reyman Diaz, of the Universidad Autónoma de Madrid, Spain, for helping with the luminescence measurements; Centro de Tecnologías Estratégicas do Nordeste, CETENE, and Júlia F. Campos, M.Sc., for the MALDI-TOF mass spectroscopy measurements; and also thank Prof. Alexandre B. Simas for discussions on the mathematical aspects of the conjecture. The authors also appreciate the financial support of the following Brazilian Agencies, Institutes and Networks: FACEPE (Pronex), CNPq, CAPES, INCT/INAMI and RENAMI.

Author contributions
N.B.D.L. performed the synthetic, analytical and luminescence experiments. A.M.S. and N.B.D.L. conceptualized the conjecture, proposed the project, designed the experiments and wrote the article. S.M.C.G. and N.B.D.L. designed the synthetic methodology for obtaining the novel complexes, and analyzed the characterization data. N.B.D.L., A.M.S. and S.A.J. analyzed the luminescence data. All authors reviewed the manuscript.

Additional information
Supplementary information accompanies this paper at http://www.nature.com/scientificreports

Competing financial interests: The authors declare no competing financial interests.

How to cite this article: Lima, N.B.D., Gonçalves, S.M.C., Júnior, S.A. & Simas, A.M. A Comprehensive Strategy to Boost the Quantum Yield of Luminescence of Europium Complexes. Sci. Rep. 3, 2395; DOI:10.1038/srep02395 (2013).

This work is licensed under a Creative Commons Attribution-NonCommercial-ShareAlike 3.0 Unported license. To view a copy of this license, visit http://creativecommons.org/licenses/by-nc-sa/3.0